Life-cycle assessment as a tool for eco-design of metal-organic frameworks (MOFs)

Carlos A. Grande⁎,* , Richard Blom⁎, Aud Spjelkavik⁎, Valentine Moreau, Jérôme Payet

⁎ SINTEF Materials and Chemistry, Forskningsveien 1, 0573 Oslo, Norway
⁎⁎ CYCLECO, 18 Avenue Roger Salengro, 01 500 Ambérieu-en Bugey, France

A R T I C L E  I N F O
Keywords:
Metal-organic framework
Synthesis
Life-cycle assessment
Adsorption
CO₂ capture

A B S T R A C T

Metal-organic framework (MOF) materials are porous materials with high surface area that offer enormous flexibility of design and tailoring of its surface properties to be used in diverse chemical processes. Most of the reported properties of MOF materials were evaluated in powder materials produced in small scale where the synthesis has been optimized to obtain crystalline powders. Ideally, the industrialization of these materials will also be associated to efficient scalable synthesis protocols. Moreover, for these materials to be used as environmental-benign materials, their synthesis has to be sustainable.

We present a cradle-to-gate life-cycle assessment of four different synthesis protocols to produce a MOF material (CPO-27-Ni also termed as MOF-74 and DOBDC) which is one suitable novel absorbent material for carbon capture and storage (CCS) technologies. We have demonstrated that using a LCA is possible to idealize a methodology for eco-design of MOF materials. With our analysis we have determined that the impact of using solvents in the synthesis is considerable. Moreover, surprisingly, the LCA analysis helped us identifying that the utilization of solvents for the cleaning and purification steps has an equally (or even larger) impact in the environmental indicators. Utilization of solvents should be avoided if possible or reutilization strategies should be envisaged if is not possible to eliminate them.

1. Introduction

The synthesis of a myriad of new porous materials has increased the prospects of using advanced separation technologies in applications where targeted properties are required. Several actual societal challenges where novel and sustainable technologies are required are: carbon dioxide capture and storage (CCS), development of bio-based economy, increase of utilization of renewable energy sources and increased efficiency of energy utilization. All these different markets will benefit from tailored properties that novel materials can provide.

A novel material for environmentally driven applications should not only show high efficiency, but should also show a low-emission and sustainable synthesis. For example, if a material used for CCS produces hundreds of kilos of CO₂ to fabricate 1 kg of material, it should be used many times to sequester such amount of CO₂ only to become carbon neutral. For the time required to reach carbon neutrality, such CCS process will not be beneficial to the environment. For this reason, is crucial to focus on efficient but also sustainable materials.

A key step to quantify the environmental impact of materials is thus required. Life Cycle Assessment (LCA) is a standardized methodology to assess the environmental impact of a product. It takes into account its whole life cycle, starting from the extraction of metals, minerals, power, etc. (cradle) necessary to produce the chemicals for its manufacture, including its utilization and also accounting for its disposal (grave). LCA has proved to be a useful tool for environmental impacts assessment in the energy and fuels sector [1–7]. So far, LCA conducted to support decision for policy development, have been based on ISO standards (ISO 14040 and 14044).

Metal-organic frameworks are a special class of porous materials [8–10]. The flexibility of design of MOF materials combining different metals with several possible organic linkers makes the number of possible MOFs almost unlimited. The linkage generates a one, two or three-dimensional framework whose skeleton contains both organic and inorganic units. These structures offer a wide range of tunable properties that depend both from the inorganic joints and from the organic linkers. Since organic linkers (typically organic acids) are used, it is common practice to use organic solvents in the synthesis of MOF materials. The nature of the solvents is normally defined by the solubility of the organic linker in them aiming to obtain high yields.

Several studies considered MOF materials for CO₂ capture [11–13].
One material with interesting properties for CO₂ capture is termed CPO-27 [14]. This material has been reported from two groups almost at the same time (SINTEF in Europe and Yaghi’s group in USA) and is known either by the name of CPO-27 or MOF-74 or DOBDC [15]. This material can be produced with different metals as cations rendering different properties. In this work, nickel was used as cation and we have thus denoted the material as CPO-27-Ni. The reason for using nickel is that this material has shown a very good selectivity towards CO₂ from flue gases and is stable over time. The sustainability of using a new material like CPO-27-Ni depends on an efficient separation process for maximizing its utilization (process engineering) and its manufacture (material science). Once that utilization of MOFs is not commercial for CCS, the energy related to its utilization and also the life of the CPO-27-Ni adsorbent are not yet known. For this reason, only a cradle-to-gate approach is presented. The “gate” is defined as produced powder of MOF material.

In this work, we present a LCA of four different synthesis routes to produce CPO-27-Ni taking 1 kg of produced powder of CPO-27-Ni as the functional unit. From the several impact indicators calculated in this study, we have used the climate-change impact indicator as the most important one since the utilization of solvents is only at research stage. Other indicators of ecotoxicity can be showstoppers at a later stage of the process development. The objective is to present the impact of synthesis and cleaning procedures aiming to obtain an improved fabrication route, or eco-design, in terms of material environmental sustainability. Additionally, a novel synthesis route using only water as reacting medium and cleaning agent is described.

2. MOF synthesis and characterization

In order to perform a structured LCA, the MOF synthesis was divided into a series of sequential unitary processes that require chemicals (reactants, solvents and cleaning agents) and/or power (heat and/or electricity) to operate. The generic synthesis procedure is depicted in Fig. 1 and can be used for synthesis of many porous materials other than MOFs. The LCA boundaries depicted in this figure indicates that all items located inside the boundaries were accounted for in the LCA, including the production of the starting chemicals and the energy used for each of these unitary processes was taken into account.

Four different samples of CPO-27-Ni were prepared using different synthesis routes with different solvent compositions and cleaning procedures. The main difference between these recipes is the chemicals used in synthesis and cleaning steps. The last route tested (IV) presents a slightly higher conversion, result of a different synthesis technology.

![Fig. 1. LCA boundaries used in this work for the synthesis of CPO-27-Ni metal-organic framework with identification of inputs and outputs of chemicals and energy for different synthesis steps.](image-url)
2.4. Synthesis route IV

This is a novel route using only water as solvent for all steps. A suspension of $0.713 \text{ g (3.6 mmol)}$ 2,5-dihydroxyterephthalic acid (>$98\%$ from Carbosynth UK) in $12 \text{ mL}$ water and a solution of $1.792 \text{ g (7.2 mmol)}$ Ni(II)-acetate $4 \text{ H}_2\text{O}$ (99\% from Aldrich) in $12 \text{ mL}$ water were mixed in a Teflon liner at ambient temperature yielding a clear green solution. The liner was introduced to a 50 mL autoclave that was sealed and heated to $110 ^\circ \text{C}$ for 70 h. The autoclave was cooled for 2 h before it was opened. The formed slurry was centrifuged and the dirt-yellow product powder was washed three times with $30 \text{ mL}$ portions of water. The final powder was dried under vacuum at ambient temperature, then at $130 ^\circ \text{C}$ overnight. Dry yield is $0.693 \text{ g Ni(C}_8\text{O}_6\text{H}_2)_{0.5}$, which corresponds to 62\%.

---

### Table 1
Amount of chemicals to be used to synthesize 1 kg of CPO-27-Ni using different preparation recipes.

| Synthesis route | Type Ni-precursor | Mass Ni source [kg] | Mass [kg] linker | Solvent for synthesis [L] | Yield [%] | Solvent for cleaning [L] | BET surface area [m$^2$/g] |
|----------------|-------------------|---------------------|-----------------|---------------------------|-----------|------------------------|--------------------------|
| I [16]         | Ni(II)-nitrate $6 \text{ H}_2\text{O}$ | 4.25                | 2.59            | 119 L DMF 119 L EtOH 119 L H$_2$O | 75        | 1071 L MeOH           | 992                      |
| II [14]        | Ni(II)-acetate $4 \text{ H}_2\text{O}$ | 2.51                | 0.999           | 16.8 L THF 33.6 L H$_2$O | 64        | 126 L H$_2$O            | 1269                     |
| III            | Ni(II)-acetate $4 \text{ H}_2\text{O}$ | 2.51                | 0.999           | 16.8 L THF 33.6 L H$_2$O | 64        | 42 L THF 84 L H$_2$O    | 1150                     |
| IV             | Ni(II)-acetate $4 \text{ H}_2\text{O}$ | 2.59                | 1.029           | 33.6 L H$_2$O | 61        | 130 L H$_2$O            | 1297                     |

* Yield is calculated based on linker but routes 2–4 have a stoichiometric ratio.

---

### Table 2
Details of methods used for calculations of the different impact indicators.

| Impact category                              | Indicator                                      | Unit                                    | Method                                                                 |
|----------------------------------------------|------------------------------------------------|-----------------------------------------|------------------------------------------------------------------------|
| Climate change                               | Bern model – Global Warming Potential (GWP)    | kg CO$_2$ equivalent                    | [22]                                                                   |
| Ozone depletion                              | Intake fraction for fine particles             | kg PM$_{2.5}$ equivalent                | RiskPoll model [18,19]                                                |
| Particulate matter                           |                                               | kg CFC-11 equivalent                    |                                                                        |
| Ionizing radiation HH                       |                                               | kBq U235 equivalent                     |                                                                        |
| Ionizing radiation E (interim)              |                                               | CTUe                                    |                                                                        |
| Photochemical ozone formation                |                                               | kg NMVOC equivalent                     |                                                                        |
| Acidification                                |                                               | molc H$^+$ equivalent                   |                                                                        |
| Terrestrial eutrophication                   |                                               | molc N equivalent                      |                                                                        |
| Freshwater eutrophication                    | Fraction of nutrients reaching freshwater end | kg P equivalent                         | EUTREND model [20] as implemented in ReCiPe                             |
| Marine eutrophication                        |                                               | kg N equivalent                         |                                                                        |
| Freshwater ecotoxicity                       | Comparative Toxic Unit for Ecosystems (CTUe)  | CTUe                                    | USEtox                                                                 |
| Land use                                     |                                               | kg C deficit                            |                                                                        |
| Water resource depletion                     |                                               | m$^3$ water equivalent                  |                                                                        |
| Resource depletion, mineral, fossil and renewable |                                             | kg Sb equivalent                       | CML 2002 [21]                                                            |
| Human health (cancer and non-cancer effects) | Scarcity                                      | CTUh                                    |                                                                        |

---

Fig. 2. Climate change indicator for production of CPO-27-Ni: total emissions of kg CO$_2$ eq. to produce 1 kg of MOF.

Fig. 3. LCA analysis on five different impact indicators for production of 1 kg of CPO-27-Ni.
Based on the chemicals used for lab-scale synthesis, a weight normalization of the synthesis amounts was done. The idea was to account for the necessary chemicals required to produce 1 kg of MOF powder that will be used as functional unit for the LCA. The quantities for such production are shown in Table 1.

3. Description of life cycle assessment

In order to normalize the LCA to a standard basis, the analysis considered 1 kg of powder of CPO-27-Ni as the functional unit. In order to quantify the amount of chemicals and energy spent in the production, it was assumed that the same CPO-27-Ni properties will be maintained in the industrial scale-up of this material. Moreover, the duration of the synthesis steps (that was given in all synthesis protocols) was assumed to remain the same in a scaled up process in order to account for power consumption. The amount of chemicals used in each route is presented in Table 1.

The ILCD 2011 Midpoint method v1.03 has been chosen for this study. This method was released by the European Commission, Joint Research Centre in 2012. It supports the correct use of the characterization factors for impact assessment as recommended in the ILCD guidance document [17]. The analysis considers the production of 1 kg of CPO-27-Ni and it does not account for its CCS utilization and disposal, so the LCA is not cradle-to-grave. Due to lack of data on utilization of this material, its energetic performance in industrial scale, the period of its service life and the disposal routines, it is not possible to perform a cradle-to-grave analysis. In this sense, a cradle-to-gate analysis is presented.

The analysis has been performed with the software Simapro v8.0.4, and we have selected 5 of the 16 midpoint impact categories in order to have a better understanding of the results. These indicators are: climate change, particulate matter, freshwater eutrophication, freshwater ecotoxicity and resource depletion (mineral, fossil and renewable). From these indicators, more emphasis will be given to the climate change indicator, which relates the amount of CO2 generated to produce the CPO-27-Ni from components present in nature and energy (either heat or electricity). The inventory database Ecoinvent v3 was used. An attributional analysis was performed since the major aim of the study is to generate knowledge without implying a decision context that would account for potential additional consequences in other systems. Details on the calculations of the different indicators are given in Table 2.

4. Results and discussion

4.1. MOF production

The four different routes have successfully produced CPO-27-Ni material with the same CO2 adsorption capabilities. The same structure was characterized by X-Ray diffraction. However, the surface area obtained in the first recipe is not very high, as reported in Table 1. The surface area increase is probably the result of less organic molecules that were still somehow retained in the pores of the MOF material. However, in the screening of CO2 isotherms made on all the produced materials, relatively small differences were observed between the samples and thus we assume that all of them have comparable properties for utilization in CCS.

As can be noted, the first recipe utilizes a large amount of solvents.
and then the amount of chemicals is sequentially decreased in successive recipes. Additionally, a large amount of solvent is used for cleaning the remaining of solvent and unreacted linker material. The recovery of solids in the first route is higher than in the others because the dilution of the synthesis tends to produce larger crystals and filtration losses are smaller. Moreover, it is known that some crystal losses occur in smaller scale synthesis. It is thus expected that the industrial application will render better yield results and thus this analysis is slightly conservative.

4.2. LCA results

According to what is presented in Fig. 1, chemicals and energy (heat and electricity) are needed in different unitary processes to produce the MOF material.

A summary of the results obtained in terms of CO₂ eq. emissions is shown in Fig. 2. This figure clearly shows that the environmental impact of the CPO-27 is dominated by the utilization of solvents, either in the synthesis or in the cleaning steps. By completely eliminating the utilization of solvents and making the MOF synthesis completely water-based, it was possible to reduce almost 100 times the environmental impact of the synthesis (from 1136.2 to 12.3 kg CO₂ eq.). The remaining emissions when no solvents are used correspond to the production of the necessary chemicals and to the energy used in the synthesis.

Significant reduction on the other impact indicators has also been achieved by making the synthesis solvent-free and by not using solvents in the cleaning step either. Their reduction is shown in Fig. 3, as percentage reduction taking Route I as reference. For all impact categories, results are similar: Route IV which uses only water has less impact than others. As shown in Fig. 3, it exists a correlation between the amount of solvent used and the value of the environmental impact indicators.

The effect of the different solvents can also be noted in the
freshwater toxicity where the impact of ethanol and methanol is much smaller than the one given by DMF and particularly THF. The differences in the resources depletion due to the utilization of solvents is also clear, although in this case removing all solvents from the system results in a change of impact indicator of one order of magnitude.

The details of the LCA methodology used to obtain the results presented, are shown in Figs. 4–7 for the different synthesis routes.

4.3. Sustainability

The development of new materials can have a substantial contribution in mitigation of greenhouse gases, as long as their production is done in a sustainable manner.

Improving the synthesis of new materials imply that each of the steps shown in Fig. 1 has been optimized. What our results demonstrated is that avoiding the utilization of solvents is a key step to achieve low climate change impact. In practical terms avoiding solvents also means that operation safety rules will be less tight, providing more operational flexibility and reduce the capital cost of the manufacture.

However, solvents cannot be avoided in the synthesis of some materials. For such cases, this approach will indicate that for a large-scale production of such a material, there is a need to recycle the solvent or to look for another solvent as alternative to reduce its environmental footprint. Having such results and the economic costs of manufacturing, it should be possible to trade-off performance and greenhouse gas emissions so that the economic profitability meets sustainability. Thus, this is another example of win-win situation where benefits to the environment result in straightforward and measurable economic benefits in production.
Fig. 7. LCA process tree from the LCA modelling of Route IV.
5. Conclusions

CPO-27-Ni metal-organic framework (MOF) was synthesized using four different recipes, including a novel recipe based only on utilization of water as solvent. We have used a cradle-to-gate life-cycle assessment (LCA) to demonstrate the impact of utilization of solvents in the environmental footprint of MOF production. From the different impact indicators, we have observed that by removing the organic solvents from the synthesis it is possible to reduce in about two orders of magnitude the emissions of CO₂ in the production of the MOF material and also a reduction of one order of magnitude in the freshwater toxicity and resource depletion.

We believe that this type of study can serve as an initial screen tool to assess the environmental performance of novel materials. Moreover, it can be used for establishing the necessity of recycling a given solvent or to find an alternative solvent that significantly reduces the environmental impact of novel materials.

Acknowledgments

The research leading to these results has received funding from the European Union Seventh Framework Programme (FP7 2007–2013) under Grant Agreement 608534 (MATESA project).

References

[1] B. Sørensen, Life-cycle analysis of energy systems: from methodology to applications, Royal Society of Chemistry, 1st ed., 2011.

[2] R. Turconi, A. Boldrin, T. Astrup, Life cycle assessment (LCA) of electricity generation technologies: overview, comparability and limitations, Renew. Sust. Energ. Rev. 28 (2013) 355–365.

[3] E. Nieuwgraaf, Life cycle assessment and energy systems, encyclopedia of energy, reference module in earth systems and, Environ. Sci. (2004) 647–654.

[4] J. Bergerson, L. Lave, Life cycle analysis of power generation systems, encyclopedia of energy, Reference Module in Earth Systems and Environmental Sciences, 2004, pp. 635–645.

[5] L. Hamelin, I. Narouzova, H. Wenzel, Environmental consequences of different carbon alternatives for increased manure-based biogas, Appl. Energy 114 (2014) 774–782.

[6] E. Igos, B. Bugani, S. Rege, E. Benetto, L. Drooet, D.S. Zachary, Combination of equilibrium models and hybrid life cycle-input-output analysis to predict the environmental impacts of energy policy scenarios, Appl. Energy 145 (2015) 234–245.

[7] A. Sathre, E. Masanet, Prospective life-cycle modelling of a carbon capture and storage system using metal-organic frameworks for CO₂ capture, RSC Adv. 3 (2013) 4964–4975.

[8] O.M. Yaghi, M. O’Keeffe, N.W. Ockwig, H.K. Chae, M. Eddaoudi, J. Kim, Reticular synthesis and the design of new materials, Nature 423 (2003) 705.

[9] S. Kitagawa, R. Kitaura, S. Noro, Functional porous coordination polymers, Angew. Chem. Int. Ed. 43 (2004) 2334.

[10] D. Farruseng, Metal-organic Frameworks: Applications From Catalysis to Gas Storage, John Wiley & Sons, 2011.

[11] P. Serra-Crespo, R. Berger, W. Yang, J. Gascón, F. Kapteijn, Separation of CO₂/CH₄ mixtures over NH₂-MIL-53 – an experimental and modelling study, Chem. Eng. Sci. 124 (2015) 96–108.

[12] D. Brit, H. Furukawa, B. Wang, T.G. Glover, O.M. Yaghi, Highly efficient separation of carbon dioxide by a metal-organic framework replete with open metal sites, Proc. Natl. Acad. Sci. U. S. A. 106 (2009) 20637–20640.

[13] R. Willis, Carbon dioxide removal from flue gases using microporous metal-organic frameworks, Final Technical Report, Department of Energy, United States. Project contract: DE-FC26-07NT44092. 2010Available at: http://www.netl.doc.gov/Final-
%20Library/Research/Coal/envw/co2/molmicroporous-mofs-final-report-
apr2008.pdf.

[14] P.D.C. Dietzel, R.E. Johnsen, H. Fjellvåg, S. Bordiga, S. Chavan, R. Blom, Adsorption properties and structure of CO₂ adsorbed on open coordination sites of metal-organic framework Ni(2)(dhtp) from gas adsorption, IR spectroscopy and X-ray diffraction, Chem. Commun. 41 (2005) 5125–5127.

[15] N.L. Rose, J. Kim, M. Eddaoudi, B. Chen, M. O’Keeffe, O.M. Yaghi, Rod packings and metal-organic frameworks constructed from rod-shaped secondary building units, J. Am. Chem. Soc. 127 (2005) 1504–1518.

[16] A.C. Kizzie, A.G. Wong-Foy, A.J. Matzger, Effect of humidity on the performance of microporous coordination polymers as adsorbents for CO₂ capture, Langmuir 27 (2011) 6368–6373.

[17] European Commission, Joint Research Centre, Institute for Environment and Sustainability, Characterization Factors of the ILCD Recommended Life Cycle Impact Assessment Methods. Database and Supporting Information, First edition, Publications Office of the European Union, Luxembourg, February 2012 (EUR 25167).

[18] A. Rabl, J.V. Spadaro, The RiskPoll software, version is 1.051 (dated August 2004), www.airrabl.com, (2004).

[19] S.L. Greco, A.M. Wilson, J.D. Spengler, J.I. Levy, Spatial patterns of mobile source particulate matter emissions-to-exposure relationships across the United States, Atmos. Environ. 41 (2007) 1011–1025.

[20] J. Struijs, A. Bruzen, H. van Jaarsveld, M.A.J. Huisjibregts, Aquatic eutrophication. Chapter 6, in: M. Goedkoop, R. Heijungs, M.A.J. Huisjibregts, A. De Schryver, J. Struijs, R. Van Zelm (Eds.), ReCiPe 2008 a Life Cycle Impact Assessment Method Which Comprises Harmonized Category Indicators at the Midpoint and the Endpoint Level. Report I: Characterisation Factors, First edition, 2009.

[21] J.B. Guinée, M. Gorrée, R. Heijungs, G. Huppes, R. Kleijn, A. de Koning, L. Van Oers, A. Wegener Sloeswijk, S. Suh, H.A. Udo de Haes, J.A. De Bruijn, R. Van Duin, M.A.J. Huisjibregts (Eds.), Handbook on Life Cycle Assessment: Operational Guide to the ISO Standards, Series: Eco-efficiency in Industry and Science, Kluwer Academic Publishers, Dordrecht, 2002(Hardbound, ISBN 1-4020-0228-9; Paperback, ISBN 1-4020-0557-1).

[22] P. Forster, V. Ramaswamy, P. Artaxo, T. Berntsen, R. Betts, D.W. Fahey, J. Haywood, J. Lean, D.C. Lowe, G. Myhre, J. Nagara, R. Prinn, G. Raga, M. Schulz, R. Van Dorland, Changes in Atmospheric Constituents and in Radiative Forcing, in: S. Solomon, D. Qin, M. Manning, Z. Chen, M. Marquis, K.B. Averty, M. Tignor, H.L. Miller (Eds.), Climate Change 2007: The Physical Science Basis. Contribution of Working Group I to the Fourth Assessment Report of the Intergovernmental Panel on Climate Change, Cambridge University Press, Cambridge, United Kingdom and New York, NY, USA, 2007.